Optical Investigation of TiO$_2$/Graphene Oxide Thinfilm Prepared by Spin Coating Technique

Ali H. A. Jalaukhan

College of Education for Pure Sciences, University of Kerbala, Iraq.

Email: Ali.Jalaukhan@Uokerbala.edu.iq

Abstract

Titanium dioxide/graphene oxide thin films with different concentrations of (0.0, 0.015, 0.030, 0.045 and 4.5 g/ml) graphene oxide were deposited on glass substrates at room temperature using spin coating method. Thin films were characterized by UV-Vis, FTIR and Raman spectroscopy. Presence of graphene oxide was confirmed with FTIR and Raman spectroscopy, too. The optical band gap of TiO$_2$ with the addition of graphene oxide layer initially decreases, but by increasing the concentration of graphene oxide, the optical band gap increases to 2.9eV.

Keywords: TiO$_2$/GO, spin coating method, optical properties.

1. Introduction

Titanium dioxide is one of the transition metal oxides, that because of specific electronic and optical properties, was considered by the researchers [1-4]. TiO$_2$ thin layer has the high transparency (70%-100%) in the visible wavelength region (600nm-800nm). The optical band gaps of anatase, rutile and brookite phases are 3.2eV, 3eV and 3.3eV, respectively. Titania due to its high refractive index (2.49 and 2.9 for the anatase and rutile phases, respectively), was considered in optical applications [5-7]. The high refractive index of TiO$_2$, along with absorption of light in the visible range, is one of factors that make it a white pigment. [2, 8 and 9].

Guang et al. synthesized TiO$_2$ thin films by electron beam evaporation method. Their results were indicated that with the increase in the TiO$_2$ grain size, its band gap shifts from 3.4 to 3.21eV [2]. Titanium dioxide is a suitable candidate for using in solar cells and photo-voltaic devices because it has a relatively high efficiency and good stability [10-12]. The band gap of titania is about 3.2eV. By reducing the band gap value, it can absorb the sunlight more and increase its efficiency [8]. To reduce the band gap and improve titania properties, it is combined with different materials. Among the various materials that can be selected, carbon structures have advantages such as chemical stability in different ambiances. One of the carbon nanostructures is graphene that was discovered in 2004, which has special properties such as high electrical conductivity, high thermal conductivity, high mechanical strength and high surface area [13-14]. The effect of adding graphene and graphene oxide on the optical band gap of titanium dioxide is very little investigated by the researchers. Combination of TiO$_2$ and GO (Graphene Oxide) can have many applications, especially in the solar cell area [12]. For example, Timoumi et al. prepared TiO$_2$-GO nanocomposite thin films by spin coating method. Their results indicated that by increasing the amount of graphene oxide, the band gap energy is reduced from 3.62eV to 1.40eV. TiO$_2$-GO has significant optical properties because of the life span of the electron-hole pair is greater than that of pure TiO$_2$ [15].
2. Experimental details

2.1 Preparation of TiO₂ Solution: Titanium dioxide solution was prepared by following the previously reported procedure [1].

2.2 TiO₂ deposition conditions: The glass substrate was washed using ultrasonic bath for 30 min at 60°C and then washed in acetone for 5 min. TiO₂ was deposited by spin coating method with speed of 5000 rpm on the substrate. Deposition was performed for 1 min and 30 repetitions. These layers were calcined at 550°C for 1 hour.

2.3 Preparation of graphene oxide: Graphene oxide colloid was synthesized with the concentration of 1 g/ml by modified Hummer method using graphite and potassium permanganate as precursors. For preparing graphene oxide sol with various concentrations of 0.015, 0.030, 0.045 and 4.5 g/ml, different amounts 0.15, 0.3, 0.45 and 45 gram of graphene oxide colloid was mixed with 10 ml ethanol and dispersed for 10 min in ultrasonic dispersion.

2.4 Graphene oxide deposition conditions: Graphene oxide solution with different concentrations on the TiO₂ thin films was deposited by spin coating method. The deposition was deformed at a speed of 5000 rpm and for 1 min. The final layers were placed at 40-50°C for 30 min.

2.5 Characterization: The infrared spectra was recorded by using Fourier-transformed infrared spectrophotometer (AVATAR 370, Thermo Nicolet) in transmission mode in the wave number range 4000-500 cm⁻¹. Optical properties such as absorption and transmission spectra of the samples were studied using UV-Vis device U3500 model. Room temperature Raman spectra were measured by using a micro-laser Raman spectrometer (Takram P50COR10) in a back scattering configuration employing the 532 nm line of Nd:YAG laser as excitation source.

3. Results and Discussion

3.1 Raman Spectroscopy:

As shown in Fig. 1 Raman spectra of TiO₂/GO thin films with concentrations of 0.045 and 4.5 g/ml prepared by spin coating method on a glass substrate. The obtained results shows that Raman peaks at wave numbers of 135 cm⁻¹, 392 cm⁻¹, 514 cm⁻¹ and 634 cm⁻¹ have good agreement with the standard values of TiO₂ in anatase Phase, which are referred to E₂g, B₁g, B₁g+A₁g and E₁g modes, respectively. These peaks are sharp and have good intensity indicating that the TiO₂ microstructure in the deposition process is well crystallized. The presence of G and D peaks at wave number of 1592 cm⁻¹ and 1350 cm⁻¹ indicate the formation of graphene oxide platelets. The G-band is a characteristic of graphite sheets that confirm the presence of the sp² carbon structure. The D-band is related to the existence of defects in the hexagonal structure of graphite. As shown in Fig. 1, the intensity of the D-band is comparable to the intensity of G-band. Therefore, the graphene oxide layers have significant defects. The disorder degree of carbon structure was specified by calculating the intensity ratio of D/G. In this structure, the ratio of D/G is high, that indicating the high degree of irregularity in the structure [1, 16-18].
3.2 Chemical properties:

FTIR spectra of TiO$_2$/GO thin films with different concentrations are shown in Fig.2. The FTIR spectrum of TiO$_2$ thin films in Figure 2(a) shows that there is only one peak in 482 cm$^{-1}$ that is related to tensile vibration of Ti-O-Ti. The FTIR spectrum of TiO$_2$/GO thin films with concentration of 0.015, 0.030 and 0.045 g/ml is shown in Fig. 2(b). By adding 0.015g/ml of graphene oxide, O-H (hydroxyl groups) at the wave number of 3443cm$^{-1}$ can be seen. By adding the concentration of graphene oxide up to 0.045 g/ml, C=N=O peak in the wave number of about 2335cm$^{-1}$ is also observed. With increasing the GO concentration up to 4.5g/ml (Fig. 2c), it is observed that Ti-O, C-O, C-H, C=C, C-H, O-H peaks are observed at the wave numbers of 656cm$^{-1}$, 1059cm$^{-1}$, 1428cm$^{-1}$, 1629cm$^{-1}$, 2905cm$^{-1}$ and 3434 cm$^{-1}$, respectively. The Peaks that can be seen at around the wave number of 500cm$^{-1}$ for all the samples is the characteristic of TiO$_2$ structure. The presence of the hydroxyl and carbonyl groups in Fig. 2(b) and 2(c) represent the presence of graphene oxide on the surface of TiO$_2$ [19-22]. Fourier transformers are one of the most widely used infrared devices that can analyze the entire spectral range with using the interferometer system.

Infrared spectroscopy is used to identify molecular species, especially organic species, using the functional groups. In other words, this kind of spectroscopy can identify the various functional groups in the molecular compositions and, as a result, determine the possible structure of the compounds. The peaks in the range of 400 to 1200cm$^{-1}$ are undoubtedly related to specific functional groups. Peaks in this area are located in a small range, so it is easy to identify the presence of this functional group in the sample. A region that the range of wave numbers is less than 1200 cm$^{-1}$, usually involves large and complex peaks that are difficult to interpret. For each particular composition, there is a unique pattern of peaks. This area called the fingerprint area that is used to validate the proposed structure.
3.3 Optical Properties:

In the Fig. 3, absorption spectra of titanium dioxide / graphene oxide thin films have shown with the various concentrations. The optical absorption edge of the thin films is in the range of 340 nm. According to figure 5, by adding graphene oxide thin film, the absorption of the layers increases and the TiO$_2$/GO-4.5 thin film has the highest absorption. The absorption peak of this sample is in 233nm, which confirms the presence of graphene oxide and refers to the C=C transition from the C=C connection that is reported by others [23]. Fig. 4 shows the transmission spectra of titanium dioxide/graphene oxide thin films with different concentrations. In the presence of graphene oxide, the transmittance ratio of the sample increases, but by increasing the concentration of graphene oxide, the transmittance ratio reduces. TiO$_2$/GO-0.015 thin film has the highest transmission and TiO$_2$/GO-4.5 thin film has the lowest transmission due to the growth of graphene oxide particles [24]. The transmittance of all the prepared samples is about 20-25\% in the visible area.

In order to calculate the optical band gap and determine its type, the optical absorption coefficient of the layers, $\alpha(\lambda)$, was calculated using the following equation:

$$\alpha(\lambda) = 2.303 \frac{A}{t}$$

In this formula, $A$ is the absorption and $t$ is the thickness of the film. Also, $E_g$ can obtained from Tauc formula:

$$\alpha h\nu = \beta(E_g h\nu)^n$$

In this relation, $\beta$ is a constant which is independent of optical band gap energy and $n$ is a constant that determines the type of optical transition and its value is equal to 2 and $1/2$ for the direct and indirect transition, respectively. According to Tauc formula, $(\alpha h\nu)^2$ diagram should be drawn up according to ($h\nu$) [6, 25]. The optical band gap of titanium dioxide/graphene oxide thin films with different concentrations is shown in Fig 5. According to this figure, TiO$_2$ has a band gap of 2.62eV. By adding graphene oxide, the optical band gap value decreases to 2.42eV. By changing the concentration of graphene oxide from 0.015 to 0.045 g/ml, the band gaps do not change, but with increasing the concentration to 4.5 g/ml, the band gap increases and reaches to 2.9eV. The addition of graphene oxide increases the capacity of visible light absorption in the TiO$_2$ thin films, that due to the presence of functional groups on the surface of the graphene oxide sheets. Some of the $n$ electrons without pairing were connected with the free electrons of the TiO$_2$ surface, so, the edge of the valence band shift upward and the band gap value decreases. Graphene has a band gap of zero, but graphene oxide has a controllable band gap due to presence of functional groups, that is a great advantage, and this advantage causing use of it for many applications in various fields such as nano-electronics and sensors. Abaidi et al. reported that the band gap of graphene oxide solution and thin film are equal to 3.5eV and 2.2eV, respectively [26], Timoumi calculated the band gap of TiO$_2$/GO nanocomposite and obtained it equal to 2eV, while the band gap of TiO$_2$ is 3.67eV [30]. In the other report from Timoumi and his colleagues, the TiO$_2$/GO nanocomposite was deposited by spin coating method, and the band gap was obtained using Tauc formula. Their results indicate that the band gap of TiO$_2$ in the presence of GO decreases, so that by adding 20\% GO, its band gap reached to 1.4eV [12]. Similar works were not found for comparing the optical properties of TiO$_2$/GO heterostructure with this work.
Figure 3: Absorption spectra versus wavelength for different the amount of TiO$_2$/GO thin films

Figure 4: Transmittance spectra versus wavelength for different the amounts of TiO$_2$/GO thin films
Fig. 6 shows the amount of thickness $t$ with respect to the cross-section images for TiO$_2$ and TiO$_2$/GO, the values of these layers between 100 to 140 nm is considered and is incorporated in the absorption coefficient formula.
Figure 6: FESEM cross-section images of TiO2 and TiO2/GO thin films

4. Conclusion:

In this paper, structural and optical properties of TiO2/GO heterostructures with different c by spin coating method are investigated. FESEM and AFM images also show that graphene oxide completely covers the titanium dioxide nanoparticles in the TiO2/GO-4.5 sample.

The Raman spectra of the samples also shows the presence of D- and G-band at the wave numbers of 1350 Cm\(^{-1}\) and 1529 Cm\(^{-1}\) that are the characteristic of graphene oxide and confirm the presence of the sp\(^2\) carbon structure. FTIR analysis of the samples showed that the Ti-O-Ti vibration peak is at the wavelength of 482 Cm\(^{-1}\) and with the addition of graphene oxide, the functional group peaks can be seen clearly. The presence of carbonyl and hydroxyl functional groups also confirms the presence of graphene oxide on the surface of TiO2 thin film. Studying the absorption and transmission spectra of the samples shows that the addition of graphene oxide increases the absorption capacity of visible light in TiO2 thin films. Optical band gap of TiO2 with the addition of graphene oxide layer initially decreases, but by increasing the concentration of graphene oxide, the optical band gap increases to 2.9eV.

5. References:
[1] A. Jalaukan, S. M. Aldowaib, A. S. Hamed, B. Ghanbari Shohany, R. Etefagh and A. Khorsand Zak, 2019 “Photo catalytic Activity, Antibacterial Effect, and Self-Cleaning properties of TiO2/GO thin films”, *Iranian Journal of Materials Science and Engineering*, 16(4), , 53.
[2] T Guang-Lei, H Hong-Bo1 and S Jian-Da1 2005 Effect of Microstructure of TiO2 Thin Films on Optical Band Gap Energy” *Chinese Physics Letters*, 22(7), 1787.
[3] Y Kou, J Yang, B Li, S Fu 2015” Solar photocatalytic activities of porous Nb-doped TiO2 microspheres by coupling with tungsten oxide” *Materials Research Bulletin* 63 105.
[4] A Sharma1, R.K. Karn, S.K. Pandiyan 2014” Synthesis of TiO2 nanoparticles by Sol-gel Method and Their Characterization” *Journal of Basic and Applied Engineering Research* 1(9), 1.
[5] V Zharvan, R Daniyati, N Ichzan A S, G Yudoyono, and Darminto 2016 “Study on fabrication of TiO2 thin films by spin – coating and their optical properties” AIP Conference Proceedings 1719, 030018 (doi: 10.1063/1.4943713).
[6] A Saleem, N Ullah and K Khursheed 2018 “Graphene Oxide–TiO₂ Nanocomposite Films for Electron Transport Applications” Journal of Electronic Materials, https://doi.org/10.1007/s11664-018-6235-4.

[7] N Démarest, D Deubel and J C Keromnès, 2015 “Optimization of band-pass optical filters based on TiO₂ nanolayers” Optical Engineering, 54 (1), 015101.

[8] H Mahmood, A Habib, M Mujahid, M Tanveer, S Javed, A Jamil, “Band gap reduction of titania thin films using graphene nanosheets” Materials Science in Semiconductor Processing 24 (2014) 193.

[9] Z Wang, U Helmersson, P Kall 2002 “Optical properties of anatase TiO₂ thin films prepared by aqueous sol–gel process at low temperature” Thin Solid Films 405 50.

[10] M A. Behnajady, H Eskandarloo 2013 “Preparation of TiO₂ nanoparticles by the sol–gel method under different pH conditions and modeling of photocatalytic activity by artificial neural network” Res Chem Intermed, DOI 10.1007/s11164-013-1327-5.

[11] R Fateh, R Dillert, and D W Bahnemann 2014 “Self-Cleaning Properties, Mechanical Stability, and Adhesion Strength of Transparent Photocatalytic TiO₂-ZnO Coatings on Polycarbonate” ACS Applied Materials & Interfaces, DOI: 10.1021/am4051876.

[12] C B. D. Marien, C Marchal, A Koch, D Robert, P Drogui 2016 “Sol-gel synthesis of TiO2 nanoparticles: effect of Pluronic P123 on particle’s morphology and photocatalytic degradation of paraquat” Environ Sci Pollut Res, DOI 10.1007/s11356-016-7681-2.

[13] FA Jumeri, HN Lima, Z Zainal, NM Huang, A Pandikumar 2014 “Titanium dioxide-reduced graphene oxide thin film for photo-electrochemical water splitting” Ceramics International, 40 15159.

[14] M A Velasco Soto, S A Pe‘rez Garci‘, J Alvarez Quintana, Y Cao, L Nyborg, L Licea Jiménez, “Selective band gap manipulation of graphene oxide by its reduction with mild reagents” CARBON 93, (2015)967.

[15] A Timoumi, S N Alamri, H Alamri 2018 “The Development of TiO₂-Graphene oxide Nano composite thin films for solar cells” Results in Physics, https://doi.org/10.1016/j.rinp.2018.06.017.

[16] R Yousefia, A K Zak, F Jamali-Sheini 2013 “The effect of group-I elements on the structural and optical properties of ZnO nanoparticles” Ceramics International 39 1371.

[17] D H Yoo, T V Cuong, V H Pham 2011 “Enhanced photocatalytic activity of graphene oxide decorated on TiO₂ films under UV and visible irradiation” Current Applied Physics 11 805.

[18] L Shahriary, A Athawale 2014 “Graphene Oxide Synthesized by using Modified Hummers Approach” International Journal of Renewable Energy and Environmental Engineering, 2(1), 58.

[19] S J Bu, Z G. Jin, X X Liu, L R Yang, Z J Cheng 2005 “Synthesis of TiO₂ porous thin films by polyelectrolyte glycol templating and chemistry of the process” Journal of the European Ceramic Society 25 673.

[20] R Rahimi, S Zargari, Z S Shojaei, A Ghaffarinejad 2014 “Photoelectrochemical Investigation of TiO₂-Graphene Nanocomposites” Conference Paper, DOI: 10.3390/ecsoc-18-a044.

[21] A Wiatrowski, M Mazur and A Obstarczyk 2018 “Comparison of the Physicochemical Properties of TiO₂ Thin Films Obtained by Magnetron Sputtering with Continuous and Pulsed Gas Flow” Coatings, doi:10.3390/coatings8110412, 8 412.

[22] S H Nam, S J Cho and J H Boo 2012 “Growth behavior of titanium dioxide thin films at different precursor temperatures” Nanoscale Research Letters http://www.nanoscalereslett.com/content/7/1/89 7, 89.

[23] O L Kang, A Ahmad, U A Rana, and N H Hassan 2016 “Sol-Gel Titanium Dioxide Nanoparticles: Preparation and Structural Characterization” Journal of Nanotechnology, http://dx.doi.org/10.1155/2016/5375939, 5375939, 1.

[24] Y Bouachiba, F Hanini, A Bouabellou, F Kermiche and A Taabouche 2013 “TiO₂ thin films studied by FTIR, AFM and spectroscopic ellipsometry” Int. J. Nanoparticles, 6(2/3), 170.
[25] H Mahmood, A Habib, M Mujahid, M Tanveer, S Javed, A Jamil 2014” Band gap reduction of titania thin films using graphene nano-sheets” Materials Science in Semiconductor Processing 24 193.

[26] S Saxena, T A Tyson, S Shukla, E Negusse, H Chen, and J Bai 2011 “Investigation of structural and electronic properties of graphene oxide” Applied Physics Letters 99, 013104.

[27] F Zabihi, M R Ahmadian Yazdi and M Eslamian 2017 “Photocatalytic Graphene-TiO2 Thin Films Fabricated by Low-Temperature Ultrasonic Vibration-Assisted Spin and Spray Coating in a Sol-Gel Process” Catalysts doi:10.3390/catal7050136, 7, 136.

[28] P Malliga, J Pandiarajan, N Prithivikumaran, K Neyvasagam 2014 “Influence of Film Thickness on Structural and Optical Properties of Sol – Gel Spin Coated TiO2 Thin Film” Journal of Applied Physics, 6(1), 22.

[29] Z Abadi, P Sangpour, F Tajabadi 2015 “Fabrication of Graphene Oxide Thin Films on Transparent Substrate via a Low-Voltage Electrodeposition Technique” ACERP, 1(2), 6.

[30] A Timoumi 2018 “Reduction Band Gap Energy of TiO2 Assembled with Graphene Oxide Nanosheets” Graphene, http://www.scirp.org/journal/graphene,7, 31.